M agnetostrictive hysteresis of $\mathrm{TbCo/CoFe} \mathrm{~m} u$ ltilayers and $m$ agnetic dom ains.

J.Ph. Jay<br>Laboratoire de M agnetisme de Bretagne - CNRS FRE 2697<br>U niversite de Bretagne O ocidentale -<br>6, A venue le G orgeu C.S. $93837-29238$ Brest Cedex 3 -FRANCE.

A. Thiaville and J. M iltat<br>Laboratoire de Physique des Solides - CNRS UMR 8502<br>Universite Paris Sud -<br>Batim ent 510, 91405 O rsay Cedex - FRANCE.<br>(D ated: R eceived)


#### Abstract

$M$ agnetic and $m$ agnetostrictive hysteresis loops of $\mathrm{TbCo/CoFe} \mathrm{~m}$ ultilayers under eld applied along the hard $m$ agnetization axis are studied using vectorial $m$ agnetization $m$ easurem ents, optical de ectom etry and $m$ agneto optical $K$ err $m$ icroscopy. Even a very $s m$ all angle $m$ isalignm ent betw een hard axis and $m$ agnetic eld direction is show $n$ to drastically change the shape of $m$ agnetization and $m$ agnetostrictive torsion hysteresis loops. Two kinds of $m$ agnetic dom ains are revealed during the $m$ agnetization: big regions $w$ ith opposite rotation of spontaneous $m$ agnetization vector and spontaneous $m$ agnetic dom ains which appear in a narrow eld interval and provide an inversion of this rotation. W e show that the details of the hysteresis loops of our exchange-coupled im s can be described using the classical $m$ odel of hom ogeneous $m$ agnetization rotation of single uniaxial $m s$ and the con guration of observed dom ains. The understanding of these features is crucial for applications (for M EM S or m icroactuators) which bene trom the greatly enhanced sensitivity near the point of $m$ agnetic saturation at the transverse applied eld.


PACS num bers: $75.60 .-$ d; 75.70 .-i; $75.80 .+q ; 85.85 .+j$

## I. $\operatorname{IN}$ TRODUCTION

Spontaneous $m$ icroscopic $m$ agnetostrictive deform ations of a $m$ agnetically ordered $m$ aterial can be transform ed into its $m$ acroscopic deform ation by a modi cation of its $m$ agnetization structure whose energy is $m$ uch lower than the energy of an equivalent elastic deform ation. $M$ aterials developing this property are thus very attractive for actuator and sensor devioes such as $m$ icrorobots, m icrom otors etc[ of $m$ agnetostrictive $m$ aterials over piezoelectric or electrostrictive $m$ aterials is the capability of rem ote addressing and controlling by an extemalm agnetic eld w thout direct electrical contacts.

O ne of the key problem s for practical applications of m icrosystem s is to reduce the m agnetic driving eld. T he idea proposed by $Q$ uandt $\left[\begin{array}{ll}{[1]} \\ ]\end{array}\right],\left[\overline{4}_{1}^{1}\right]$ w as to com bine the giant $m$ agnetostrictive properties of rare earth transition $m$ etal based alloys (Terfenol like alloys: TbFe or TbCo) and the high $m$ agnetization and soft properties of transition m etalalloys (such as CoFe ) in m ultilayer m s . In order to achieve this goal the layers should be strongly coupled. $N$ evertheless, even in this case it is not a priori clear whether them agnetic param etersw illbe a sim ple average of those ofeach individual layer or a $m$ ore com plex $m$ odel

[^0]should be used for the description of their properties.
Recent work [3] has shown that the well known m agnetic instability of uniaxial $m$ agnetic $m$ aterials in the vicinity of their saturation point under the $m$ agnetic eld applied along the hard $m$ agnetization axis can be used to increase the sensitivity of $m$ icro electrom echanical system s (MEMS) based on $\mathrm{TbFe} / \mathrm{Fe} \mathrm{m}$ ultilayers. This effect is som etim es presented as a spin reorientation phase transition at the critical eld equalto the anisotropy eld as was introduced in $\left[\frac{1}{1}\right]$. At the sam e tim e the observed deform ation of glass plates w ith T bFe/Fe m ultilayers deposited on them in the desired $m$ agnetic eld appeared to be $m$ uch $m$ ore com plex than expected. So, for further technical applications a better understanding of background $m$ echanism $s$ is necessary.

In this article we provide a detailed experim entalstudy of $m$ agneto-elastic and $m$ agnetization behavior of $m u l-$ tilayers $w$ th giant $m$ agnetostriction and com bine them $w$ th observations of $m$ agnetic dom ains under the sam $e$ conditions using the $m$ agneto-optical $K$ err e ect. The $m$ easurem ents are com pared $w$ ith a model taking into account the coherent $m$ agnetization rotation under the applied eld of arbitrary direction and the role of the $m$ agnetic dom ains. $W$ e have selected for the dem onstration our results obtained on $\mathrm{T} . \mathrm{bC}$ o/C oFem ultilayers w ith very low saturation eld H sat $50 \mathrm{Oe}(4 \mathrm{kA} / \mathrm{m})$. O ur experim ents on TbFe / C oFe m ultilayers give practically identical results.

## II. EXPERIM ENTALDETAILS

M agnetic multilayers were grown onto rectangular Coming glass substrates ( $22 \quad 5 \quad 0.16 \mathrm{~m}^{3}$ ) from C oFe and T bC o m osaic 4 inch targets using a Z550 Leybold $R F$ sputtering equipm ent $w$ ith a rotary table technique. B ase pressure prior to sputtering was better than $4 \quad 10^{7} \mathrm{~m}$ bar. TbC O and C oFe were deposited alternatively to get a ( T bC o/C oFe) 10 m ultilayer. TbCow as deposited using 150 W att RF power and argon gas pressure of $510^{3} \mathrm{mbar}$. The deposition conditions for CoFe are 200 W att RF power and argon gas pressure of $1 \quad 10^{2} \mathrm{~m}$ bar. Sam ples were deposited under a static eld of $300 \mathrm{Oe}(24 \mathrm{kA} / \mathrm{m})$ applied along the long side of the substrate to favor an uniaxialm agnetic anisotropy. No annealing treatm ent was applied after deposition. $T$ he sam ple studied in this paper is: $f\left[T b_{34 \%} \mathrm{CO}_{66 \%}\right] 60$ $\mathrm{A} /\left[\mathrm{C} \mathrm{O}_{42 \%} \mathrm{Fe}_{58 \%}\right][50 \mathrm{Ag}$ 10. The chem ical com position $w$ as determ ined on separately prepared $m$ onolayer sam ples ( $T$ bC o and C oFe) using a X R ay F horescence equip$m$ ent. T he deposition rates were calibrated using Tencor pro lom eter on separate single layers. A s usual for this type of $m$ aterial $C$ oFe is polycrystalline while $T b C o$ is am onphous as proved by M ossbauer spectroscopy $[\overline{1} \overline{1}]$.

T he hysteresis loops were $m$ easured using a vibrating sam ple m agnetom eter ( V SM) that wasm odi ed in order to record the evolution of both longitudinal and transverse com ponents of the sam ple $m$ agnetization. For this purpose tw o sets of detection coils either parallel to the applied eld (longitudinalcom ponent $M_{\text {L }}$ ) or perpendicular to the applied eld (transverse com ponentM ${ }_{T}$ ) were used. The vectorial m easurem ents give direct inform ation about the direction of the $m$ agnetization rotation crucial for the $m$ agnetoelastic behavior of the sam ple. $T$ he orientation of the $m$ agnetic eld relatively to the hard $m$ agnetization axis of the sam ple was varied by the rotation of the $m$ agnetom eter head. F igure '1'1 presents a schem atic diagram of the experim ent.

Them agnetostrictive deform ation of the sam ples was $m$ easured by laser de ectom etry,detecting the exion $f$ and torsion $t$ angles at the free end of the plate. T he deection of the laser beam is detected using a two dim ensional position sensitive diode (PSD). T he orientation of the principal axes of PSD relatively to the orientations of the laser beam displacem ent due to torsion and exion w as carefully adjusted. The initialangles $f$ and t ,when there is no applied eld and the m agnetization is oriented along the easy axis, are taken as zero. The orientation of the applied eld was varied by rotation of the electro$m$ agnet independently of the optical de ectom eter.
$T$ he stresses in the $m$ agnetostrictive lm produce curvature of the sam ple $w$ th radius $R$ seen at its end as a de ection from the initial horizontal plane, $f=L=R$, where $L$ is the "free" sample length. This exion angle $\mathrm{f}, \mathrm{m}$ easured w th eld applied either parallelor penpendicular to the sam ple length, is used to determ ine the


F IG. 1: Geom etry of the experim ents: (upper panel) M agnetic m easurem ent; (low er panel) M easurem ents ofm agnetoelastic deform ations ( exion and torsion). Shown downwards exion is de ned as negative.
m agnetoelastic coupling coe cient

$$
b^{i 2}=\frac{2}{3} \frac{E_{f}}{1+f_{f}}
$$

by the theory of Lacheisserie and $P$ euzin [id $]$ :

$$
\mathrm{b}^{i^{2}}=\mathrm{b}\left(\mathrm{H}_{\mathrm{k}}\right) \quad \mathrm{b}\left(\mathrm{H}_{\mathrm{e}}\right) \text { at } \mathrm{H}_{\mathrm{k}} \text { and } \mathrm{H} ?>\mathrm{H}_{\text {sat }} \mathrm{w} \text { th }
$$

$$
\begin{equation*}
b\left(H_{i}\right)=\frac{E_{s}}{6\left(1+{ }_{s}\right)} \frac{f\left(H_{i}\right) t_{s}^{2}}{L t_{f}} \quad(i=k ; ?) \tag{1}
\end{equation*}
$$

$T$ he $k$ and ? indexes refer to the directions of $a p-$ plied eld: parallelorperpendicular to the sam ple length, which in our case coincides $w$ ith the $m$ agnetic easy axis of the ms (see gure cient of the $m, t_{s}$ is the substrate thickness, $t_{f}$ is the m thickness, where $\mathrm{t}_{\mathrm{s}} \quad \mathrm{t}_{\mathrm{f}} . \mathrm{E}_{\mathrm{s}}, \mathrm{E}_{\mathrm{f}}$ and s , f , are, respectively, the $Y$ oung $m$ odulus and $P$ oisson ratio of the substrate ( s ) and of the lm ( f ).

For Coming glass substrates $\mathrm{E}_{\mathrm{s}}=60 \mathrm{GPa}$ and $\mathrm{s}=$ $0: 27$. Unfortunately the elastic param eters of the lm cannot be accurately determ ined and all techniques of m agnetostriction m easurem ents of thin lm sprovide only b i ${ }^{2}$, with known only approxim atively.

It is im portant to note that the equation above is valid only when the maxim um vertical sample de ection is very $s m$ all : $L \quad t_{s}$, that is ful lled in our experi$m$ ent. In this condition the total curvature of the sam ple $R$ is an integral of local deform ations and depends neither on its shape nor on its inhom ogeneity. In this
case, one can easily consider our real situation, where the principal axis of the curvature (which corresponds to the direction of sam ple $m$ agnetization) deviates from the sample axis. The sample has, thus, both exion and torsion. In order to evaluate them, one can im agine a sm all narrow rectangle cut from a cylindrical surface of radius $R$ at an angle' from its axis. The rotation of the norm al to the surface from one to the other end of the rectangle is $n=L=R \sin ^{\prime}$. Its com ponent in the direction of the sample axis is the exion angle $\mathrm{f}={ }_{\mathrm{n}} \sin ^{\prime}=\mathrm{L}=\mathrm{R} \sin ^{2}$, , and its transversal com ponent is the torsion angle $t={ }_{n} \cos ^{\prime}=\frac{1}{2} L=R \quad \sin 2^{\prime}$.

W hen large sam ple deform ations are required for application, the above conditions are not fiul lled and a m uch m ore com plicated theory has to be used, see $\overline{\underline{9}} 1],\left[\begin{array}{ll}{[1]} \\ \hline\end{array}\right]$. In general, the elastic properties of th in plates are described by non-linear equations [12 $1_{1}^{1}$ ].

A nother point to outline is that the correct de nition of the positive and negative exion angle is im portant for the determ ination of the signs of $b^{; 2}$ and . The exion is positive when the sam ple tums tow ards the surface covered by the $m$ agnetostrictive 1 m (see Fig. '11'1). A llourm easurem ents w th TbC o/C oFe and TbFe/C oFe m s give negative values for b ${ }^{2}$ corresponding to positive (elongation of the $m$ aterialalong the applied eld) as reported in the literature also for bulk T bFe and T bC o sam ples.

Dom ain observations were performed using the $m$ agneto-optical longitudinal Kerr e ect (MOKE microscopy [1] ]). Them icroscope is of the split-path type, w ith an incidence angle of 25 . T he lenses, w ith a low num erical aperture ( $0: 1$ ), allow for wide eld im aging of the inclined sam ple w ith good polarisation quality. The ob jective lens is tted w ith a rotatable wave plate ( =20) follow ed by a rotatable analyser, for optim al contrast adjustm ent. The light source is a mercury lam p w ith a pass-band lter around $=546 \mathrm{~nm}$. A set ofcoils provides eld in the 3 directions. The incidence plane is parallel to the vertical side of all the im ages of dom ains presented here.

## III. RESULTSAND D ISCUSSION

The $m$ easurem ents of $b$;2 of our $m$ ultilayers are presented in $F$ igure 12 . The fact that under the eld applied along the easy direction f rem ains alm ost constant (zero) proves the good alignm ent of the eld.
W e found a negative value of $\mathrm{b}^{; 2} \quad 7 \mathrm{MPa}$. O ne should note that we have obtained an actuation eld as low as 500 e ( $4 \mathrm{kA} / \mathrm{m}$ ) that gives a eld sensitivity much higher that reported by Betz for sim ilar sam ple com positions and thicknesses [1] [1]. O ur low er b ${ }^{2}$ is related to a low er value of $C$ urie tem perature of our sam ples which should be close enough to the room tem perature in order to achieve $m$ axim alm agnetoelastic susceptibility.

The exion $f(H)$ cycle does not evolve much when the angle betw een the hard axis and the extemalm ag-


FIG. 2: Flexion cycles for the eld applied parallel $H_{k}$ and perpendicular $H$ ? to the easy axis. Upper panel: experi$m$ ental results. Lower panel: calculated torsion cycles for tw o cases: strongly coupled $m$ agnetizations ofm agnetic layers ( $\mathrm{A}_{12} \quad 2 \mathrm{~K}_{2} \mathrm{t}_{2}, \mathrm{H}$ sat $=2 \mathrm{~K}_{2}={ }_{0} \mathrm{M}_{1} \mathrm{t}_{1}$ ), and m oderate exchange betw een $M_{1}$ and $M_{2}\left(A_{12}=4 K_{2} t_{2}, H\right.$ sat $\left.4: 0 K_{2} t_{2}={ }_{0} M_{1} t_{1}\right)$
netic eld is varied a few degrees around zero. C ontrarily, the torsional angle loop $\mathrm{t}(\mathrm{H})$ evolves considerably in a quite unexpected way as shown on gure $\overline{3}_{1}^{1}$.. N ot only the am plitude but also the shape of the torsional cycle change signi cantly when is varied around zero. The characteristic "butter y"-like gures at sm allangles ( = 1_in Fig. (i) was already found in sim ilar sam ples in [14] and the question of their explanation was open. Having in $m$ ind a sim ple $m$ onotonic $m$ agnetization rotation, one w ould expect a sim ple sinusoidal form $t\left(H^{\prime}\right) \quad \sin \left(H=H_{\text {sat }}\right)$, so that the realcom plicated shape indicates a $m$ ore com plex $m$ agnetization process.

O ur system atic study of the angular dependence show s that the cycles are antisym m etric around $=0$ (com pare, for exam ple, tw o fram es in F ig. 'in corresponding to $=+12$ and 12): when changes sign, all the $g$ ure $t(H)$ is re ected around the horizontalaxis. O n each branch of $t(H)$ corresponding to increasing or decreasing eld wide local extrem a are separated by a shanp asym $m$ etric peak of opposite direction. It should be noted that the larger is, the shanper are the central peaks.


FIG. 3: Experim ental torsion cycles for various angles betw een hard axis and applied eld direction.

W hen the eld is close to the hard axis ( $=0$ ) the observed 3 torsion oscillations practically disappear. A sm all rem aining irregular signal can be explained by a sm all dispersion of the orientation of the anisotropy axis throughout the sam ple that w illbe discussed further.

A $m$ ore transparent interpretation of the $m$ agnetization processes behind the observed com plicated $m$ agnetostrictive loops behaviour can be obtained from m easurem ents of tw o com ponents of the $m$ agnetization. Figure ' ${ }_{-1}^{1 / 1}$ presents the longitudinal (ordinary) $M_{L}(H)$ and transverse $m$ agnetization $M_{T}(H)$ loops obtained for dif-


FIG.4: Experim ental longitudinal ( $M_{\text {L }}$ ) and transverse ( $M_{\text {т }}$ ) magnetization loops for various angles between hard axis and applied eld direction.

T he longitudinal m agnetization at $=0$ has nearly no hysteresis as usual for the hard axis $m$ agnetization. At non-zero som e hysteresis appears. W e will show below that the corresponding sm all coercive eld is fully determ ined by the $m$ agnetization rotation, the coercive eld of dom ain wall motion (corresponding to the eld
where the back and forth branches of the hysteresis loop $m$ erge) being higher.

The hysteresis of $M_{T}(H)$ is much m ore visible. The transverse loops are antisym m etric around $=0$ in a $m$ anner sim ilar to the torsional cycles: for positive when $m$ agnetic eld is decreased the transverse $m$ agnetization $M_{T}$ increases rst and abruptly changes from positive to negative, whereas for negative , $M_{T}$ rst decreases and abruptly changes the sign in opposite direction. It show s clearly that the $m$ onotonic $m$ agnetization rotation, started from saturation, interrupts at som e m om ent after the eld inversion, and $m$ agnetization ips relatively to the hard axis in order to be closer to the $m$ agnetic eld again. Then it continues to tum tow ard H , now in the opposite direction. The abrupt $m$ agnetic inversion corresponds to the sharp peak on $t(H)$ (see Fig. ${ }_{2}^{\prime 2}$ ',
$W$ e now explain the details of the $m$ agnetization rotation detected by the vectorial $m$ easurem ents of $M_{L}$ ( $H$ ) and $M_{T}\left(\mathrm{H}_{\mathrm{r}}\right)$ for the case $=12$ ( F ig. $\overline{4} \overline{1} 1$, see also the inset $F$ ig. ' 11$]_{1}^{\prime}$ '1) using the schem atic diagram of $F$ ig. ' This behavior was rst described by Stoner and $\bar{W}$ ohlfarth [1ذ].

Let us start from the strong eld $H>H_{K}$ which is applied alm ost perpendicularly to the easy axis and is large enough to approach the longitudinalm agnetization_satu-
 W hen the eld starts to decrease, magnetization, evidently, rotates tow ard the closest easy direction. $\mathrm{M}_{\mathrm{L}}$ (H) decreases and $M_{T}(H)$ increases continuously as can be seen ( F ig. $\overline{4} \overline{4}, 12$ ). For $\mathrm{H}=0$ the m agnetization is aligned along the easy axis and $M_{T} \quad+M_{S}$ (point B). $W$ hen the eld is reversed, at som m om ent (point $C$ ) com petition betw een Zeem an energy and the energy of the uniaxialm agnetic anisotropy causes an abrupt $m$ agnetization sw itch to the opposite easy direction (point D) which becom es now closer to the eld direction $M_{T}$ changes sign). This sw itch is clearly visible on $M_{T}$ ( H ) while $M_{L}$ ( H ) only show sa sm all discontinuity which is even not visible for $=7$ (see $F$ ig. ' $\overline{4} 1 \mathbf{1}$.) A fter th is transition them agnetization continues to rotate, now in the opposite direction, till the negative saturation: $M_{L} \quad M_{S}$ and $M_{T} \quad 0$ again (point $E$ ). $T$ he retum $m$ agnetization branch is sim ilar but it passes "by the other side" w ith $M_{T} \quad M_{S}$ at $H=0$ (from $E$ to $F$ and further).

In order to describe our $m$ ultilayer system more precisely we consider CoFe and TbCo layers as two interacting $m$ agnetization vectors, $\mathrm{Mr}_{1}$ and $\mathrm{Mr}_{2}$. W e reduce the total energy (per surface unit) to three term s only: Zeem an energy of the CoFe layers, uniaxial magnetic anisotropy of TbCo layens and the interlayer exchange energy:

$$
\begin{align*}
& \left.E(1 ; 2)=\begin{array}{cc}
{ }_{0} M_{1} t_{1} H \cos (1 & K_{2} t_{2} \sin ^{2}(2) \\
A_{12} \cos (1 & 2
\end{array}\right)
\end{align*}
$$

W e neglect the Zeem an energy of the T bC o layers, because their $m$ agnetization is $m$ uch $s m$ aller than that of


FIG. 5: Vectorial diagram of the $m$ agnetization rotation in ( $\mathrm{TbFe} / \mathrm{CoFe}$ ) multilayers. D irection of the applied eld H (dashed line) is deviated from hard axis by $=12$. In the gure easy axis is horizontal and hard axis is vertical. (a)A pproxim ation by a single m agnetization vector $\mathrm{Mr}_{\mathrm{s}}$ (Stoner-W ohlfarth). T he fan of thin lines show $s$ the sequence of the rotation of $M_{s}$ for eld varying betw een $H_{m}$ ax $=\frac{3}{2} H_{K}$ and $\mathrm{H}_{\mathrm{m}}$ ax w th step $\mathrm{H}=0: 1 \mathrm{H} \mathrm{K} \quad\left(\mathrm{H}_{\mathrm{K}}=\frac{2 \mathrm{~K}}{\mathrm{OM}_{\mathrm{s}}}\right)$. (b)A pproxim ation by tw o coupled magnetization vectors M $\mathrm{M}_{1}$ and $\mathrm{M}_{2}$ corresponding to magnetization of CoFe and TbCo layers (exchange betw een layers $A_{12}=4 K_{2} t_{2}$ ). The sequence of the rotation is represented by canted lines w ith the point on extemal circle corresponding to $\mathrm{Mr}_{1}$ and the point on intemal circle corresponding to $M_{2}$. H ere $\mathrm{H}_{\mathrm{m} \text { ax }}=3 \mathrm{H}_{\mathrm{K}}$ ( $\mathrm{H}_{\mathrm{K}}=$ $\frac{2 \mathrm{~K}_{2} \mathrm{t}_{2}}{0 \mathrm{M}_{1} \mathrm{t}_{1}}$ ) and $\mathrm{H}=0: 2 \mathrm{H} \mathrm{K} . \mathrm{P}$ oints $\mathrm{A}, \mathrm{B}, . \mathrm{F} \mathrm{m}$ ark characteristic $m$ om ents of the $m$ agnetization rotation (see text). The vector position betw een points $D$ and $E$ superim pose for the descending and ascending eld.

C oFe layers, and the $m$ agnetic anisotropy energy of C oFe layers that are know $n$ as m agnetically very soft. T he orientations of the $m$ agnetization ofboth CoFe $\mathrm{m} \quad 1$ and TbColm _ 2 are $m$ easured from the hard axis direction (see Fig. ${ }_{1}^{\prime 1} 11_{1}^{\prime}$ ). $t_{1}$ and $t_{2}$ are the total CoFe and TbCo thicknesses $\left(t_{1}+t_{2}=t_{f}\right)$. M agnetostrictive and elastic energies do not enter to this equation because, in our isotropic case, they do not depend on the orientation of $m$ agnetization and the curvature of the sam ple, due to balance of these energies that is taken into account in equation $\left.\overline{11}_{1}^{\prime}\right)$, rem ains constant. D uring the $m$ agnetization rotation considered here, only the orientation of the curvature changes as it was described above for the ex-
planation of the relation of torsion and exion.
The equilibrium angles $\stackrel{?}{i}(\mathrm{H})$ and $\stackrel{?}{\dot{j}}(\mathrm{H})$, which correspond to local minim a of $E(1 ; 2)$ are num erically determ ined for successive values of the extemal eld $H$ and for its various orientations . Once the equilibrium angle is found, the longitudinal and transverse $m$ agnetization are sim ply com puted since they are given principally by CoFe layers: $M_{L}=M_{1} \cos (\underset{i}{?})$ and $M_{T}=M_{1} \sin \binom{i}{i}$. The exion and torsion angles are de ned by the $m$ agnetostrictive layens TbCo : $\mathrm{f}=\mathrm{max} \cos ^{2}\binom{?}{\dot{2}}$ and $\mathrm{t}=\frac{1}{2} \mathrm{max} \sin (2 \quad \underset{l}{2})$ correspondingly (see the explanations above). H ere

$$
m \operatorname{ax}=\frac{6\left(1+{ }_{s}\right)}{E_{s}} \frac{L t_{f}}{t_{s}^{2}} b^{; 2}
$$

(see Eq. $\cdot \overline{17}_{1-1}^{-1}$ ).
For su ciently strong exchange between the layers, $\mathrm{A}_{12} \& 2 \mathrm{~K}_{2} \mathrm{t}_{2}$, the vectors $\mathrm{Mr}_{1}$ and $\mathrm{Mr}_{2}$ tum together, the " m agnetostrictive" vector $\mathrm{Mr}_{2}$ follow ing the leading controlvector $\mathrm{Mr}_{1} \mathrm{w}$ th a delay (see the results of the num erical solution for $\mathrm{A}_{12}=4 \mathrm{~K}_{2} \mathrm{t}_{2}$ in F ig. ${ }_{\underline{1}}^{\mathrm{N}} 1(\mathrm{~b})$ ). T his behavior is very sim ilar to the rotation of a single $m$ agnetization vector qualitatively described above for the classical Stoner-W olfarth $m$ odelofa sim ple uniaxialm agnetic lm (F ig. 'IN(a)). B oth models give the characteristic points $\mathrm{A}, \mathrm{B}, \ldots, \mathrm{F}$ w ith the abrupt m agnetization inversion from $C$ to $D$. If $A_{12}$. $2 K_{2} t_{2}$, this $m$ agnetization jum $\mathrm{p} m$ ay disappear (depending on the value of ).

It should be noted that C oFe and $\mathrm{TbC} \mathrm{o}_{\mathrm{m}} \mathrm{m}$ agnetizations are know $n$ to be coupled antiparallel ( $\left.\left[1 \underline{L}_{1}^{-1}\right]\right)$. N evertheless, since in ourm odelw e neglect the Zeem an energy of the TbCo layers, and since $f=m a x \cos ^{2}\binom{?}{2}$ and $\mathrm{t}=\frac{1}{2} \mathrm{max} \sin \left(2{\underset{\mathrm{l}}{2}}^{2}\right)$ the m agnetization, torsion and exion loops are not sensitive to the sign of $A_{12}$. Taking th is into account, we have presented the case of positive $\mathrm{A}_{12}$ (parallel coupling) for clarity of gure 'ST1.

In our experim ental results we do not see any e ect of the delay betw een $M_{1}$ and $M_{2}$. For exam ple, we reproduce the $U$-like shape of the $m$ easured exion curve $\mathrm{f}(\mathrm{H})$ only for $\mathrm{A}_{12} \quad \mathrm{~K}_{2} \mathrm{t}_{2}$ while a m oderate $\mathrm{A}_{12}$ gives a rem arkably di erent triangular shape ( $F$ ig. $\overline{\underline{1}} 1$ : down panel). So, our practical $m$ ultilayers can be well described by the sim plest $m$ odel ( $\mathrm{A}_{12}=1$ ), usually called the Stoner-W ohlfarth $m$ odel, where $M_{1}$ and $M_{2}$ are parallel and can be, thus, represented by only one $m$ agneti-


$$
\frac{E_{S W}()}{t_{f}}={ }_{0} M_{s} H \cos (\quad) \quad K \sin ^{2}()
$$

The course of the $m$ agnetization rotation (H) described above ( $F$ ig. ${ }^{1}-(a)$ ) w as obtained by $m$ inim ization of this energy for varying eld between $\mathrm{H}_{\mathrm{m}}$ ax $=\frac{3}{2} \mathrm{H}_{\mathrm{k}}$ and $\mathrm{H}_{\mathrm{m}}$ ax .
$F$ igures of sim ulations of $m$ agnetization ( $F$ ig., $\bar{i} \bar{G}$ ) and $m$ agnetostriction ( $F$ ig. $\mathbf{I}_{1}^{\prime} \overline{1}_{1}$ ) loops are obtained from this
solution using $M_{\text {L; } ;}\binom{?}{i}$ and $f_{f i t}\binom{?}{2}$ given above with ${ }_{1}=2=\quad$ and $M_{1}=t_{f}=t_{1} M_{s}$.


FIG.6: Longitudinal ( $M_{L}$ ) and transverse $\left(M_{T}\right)$ m agnetization loops for various angles betw een hard axis and applied eld direction calculated in the fram ew ork of the $m$ odelof the single $m$ agnetization vector.

G eneral features observed experim entally are well reproduced by this sim plem odel. This is particularly clear for hard axis longitudinalm agnetization $M_{L}$ (H) (Fig. $\bar{I}_{1}^{\prime \prime}$ and $F$ ig. ' 1 ', $=0$ ). It is linear until the saturation as for the classical case of $m$ onophase sam ples w ith good uniaxial anisotropy. In this model the anisotropy eld $\mathrm{H}_{\mathrm{K}}$ where the extrapolation of the linear part intercepts the saturation $m$ agnetization is usually introduced. For our sample $H_{K}=\frac{2 \mathrm{~K}}{\mathrm{O}_{\mathrm{s}}}=\frac{2 \mathrm{~K}_{2} \mathrm{t}_{2}}{0_{1} \mathrm{t}_{1}}=50 \mathrm{Oe}(4 \mathrm{kA} / \mathrm{m})$.

W hen deviates from zero the longitudinal loops $M_{L}(H)$ are no longer linear and open up $m$ ore and $m$ ore as seen experim entally. T he characteristic "strange" butter $y$ shape of the torsion cycle $t(H)$ is also well repro-


FIG.7: Torsion cyclesm agnetization loops for various angles ( ) betw een hard axis and applied eld direction corresponding to the $m$ agnetization loops given in $F$ ig. ${ }^{161 .}$
duced by this model for angles not too close to zero w ithout necessity to considerm ore com plex e ects as w as suggested in $\left[\overline{1} \bar{T}_{1}\right]$. The experim entally observed inversion of the "w ings" for opposite follows naturally from the m odel as well.

W hen H is parallel to the hard axis, tw o possible directions of the $m$ agnetization rotation ( clockw ise or counter clockw ise) and tw o corresponding branches of the transverse $m$ agnetization $M_{T}$ ( $H$ ) (positive and negative arcs) are equivalent ( $F$ ig. ${ }^{\prime} \underline{G},=0$ ). The corresponding nearly zero experim ental values for $M_{T}(H)\left(F i g\right.$. $\left.\overline{4}_{1}^{1}, \quad=0\right)$ suggest that the sam ple is subdivided into $m$ agnetic dom ains w here both opposite possibilities are realized. T he $m$ agnetization in the dom ains altemates in a way that on average the total transverse $m$ agnetization com pensates.

Assoon as di ers from zero, one branch is favorable for the decreasing eld and the opposite for the increasing eld so that the experim ental $M_{T}(H)$ is no longer com pensated.
This rem ark is also valid for the torsion angle loops
 and forth loops are equivalent show ing onem inim um and one $m$ axim um. The experim ental $t(H)$ is com pensated in the sameway as $M_{T}(H)$. For experim entalm easure$m$ ents at 0 , a "butter $y$ " loop opens up sim ilarly to the calculated gures. At this m om ent the third additional extrem um corresponding to the abrupt $m$ agnetization inversion starts to be clearly visible.

O bviously, the above $m$ odel of coherent rotation (both in the simpli ed case of the single $\mathrm{Mr}_{\mathrm{s}}$ vector and in the case two vectors $\mathrm{Mr}_{1}$ and $\mathrm{M}_{2}$ ) does predict the observed abrupt $m$ agnetization inversion. $N$ evertheless, in the experim ent the transition betw een two magnetization "branches" is not really abrupt: for exam ple, at
$=12$ the transition occurs over a eld range of H $\quad 100$ e $(800 \mathrm{~A} / \mathrm{m})$. It is well known that the abrupt coherentm agnetization rotation predicted by the Stoner$W$ olfarth $m$ odel, at the $m$ om ent $w$ hen the $m$ etastable solution of disappears, can be realized only in sm allsam ples. In large sam ples the inversion from the m etastable to the stable orientation is realized before reaching the instability eld by $m$ eans of the nucleation and motion of $m$ agnetic dom ains. So, in order to understand all details of the observed phenom ena, one has to understand the peculiarities of the dom ain form ation and evolution in this case.

W e have directly observed the dom ains in our experi$m$ ental situation by $m$ eans of the longitudinalm agnetooptical $K$ err e ect. The K err im ages obtained for eld applied parallel to the easy axis ( $=90$ ) are presented in $F$ ig. I'. T he incidence plane is also parallelto this axis. In this geom etry, the observed $m$ agneto-optical contrast is proportional to the projection ofM onto the easy axis. H ere, and in all gures below, the im age size is 3 mm
22 mm . Fram es a-c in $F$ ig. ${ }_{1}^{10}$, show ing successive im ages obtained in decreasing eld, correspond to the descending branch of the $m$ agnetization after the saturation in the positive eld $\mathrm{H}>+10 \mathrm{Oe}(800 \mathrm{~A} / \mathrm{m})$. At the pos-


FIG.8: M OKE m icroscopy im ages form agnetic eld (Heasy) applied along the easy axis follow ing positive saturation. (a): rst appearance of dom ains $H$ easy $=-4.1$ Oe ( $325 \mathrm{~A} / \mathrm{m}$ ), (b): $\mathrm{H}_{\text {easy }}=-4.4 \mathrm{Oe}(350 \mathrm{~A} / \mathrm{m})$, (c): $\mathrm{H}_{\text {easy }}=-4.8 \mathrm{Oe}(380 \mathrm{~A} / \mathrm{m})$. The corresponding $m$ agnetization loop is show $n$ in the low erright comer. The $m$ om ents where the $K$ err im ages w ere obtained are $m$ arked by arrow $s$ (from $a$ to $c$ ).
itive saturation, all the im age is dark ( $m$ agnetization is directed upw ard). T he opposite bright spontaneousm agnetic dom ains appear at the sam ple edge w here the stray eld is $m$ axim al (at the top of the im age) only when the eld reverses and reaches $40 \mathrm{e}(-320 \mathrm{~A} / \mathrm{m})$. Fram e (a) corresponds to the $m$ om ent after the rst appearance of the dom ains. W hen eld sw eep continues, the bright dom ains grow and expel the dark ones (fram es (b) and (c)). The last dark dom ains are seen for $\mathrm{H}=5: 1 \mathrm{Oe}$ ( $405 \mathrm{~A} / \mathrm{m}$ ). This observation corresponds well to the m agnetization loop m easured for $=90$ (see inset in F ig. $\mathrm{I}^{-1}$ ) and its rectangular shape is usual when the eld is applied along the easy $m$ agnetic direction. In this case spontaneous dom ains occur only in a narrow eld range ( 10 e ( $80 \mathrm{~A} / \mathrm{m}$ )) w here they provide the m agnetization inversion. It should be noted that the dom ains continue to $m$ ove even if the eld is kept constant; this therm ally activated $m$ otion gives som em odi cation of the hysteresis loop w idth as function of the rate of the applied eld sw eep.

N ow we pass from the classical observation of the do$m$ ain $m$ otion under the eld applied along the easy axis to our experim ents on the hard axis $m$ agnetization. In the in ages below ( $F$ ig. ( 1 while the incidence plane is kept in the sam e position (vertical). The m agneto-optical contrast is proportional to the projection of $M^{\top}$ onto the vertical axis as before.

W e start from the dom ain con guration created during the previous experim ent $w$ ith H k easy axis (see F ig. , (q) . The intial dom ain con guration shown in Fig. '91$a$ is obtained after the follow ing sequence w th eld applied along the easy axis: negative saturation, eld inversion to $H=+40 \mathrm{O}(320 \mathrm{~A} / \mathrm{m})$ (form ation of dom ains),


FIG.9: M OKE m icroscopy im ages form agnetic eld applied along the hard direction. (a) $\mathrm{H}=0$, the dom ains are prepared by an easy axis $m$ agnetization sequence (see text). Subsequent elds applied along the hard direction: (b) $\mathrm{H}_{\text {hard }}=30.6$ $\mathrm{Oe}(2450 \mathrm{~A} / \mathrm{m})$, (c) $\mathrm{H}_{\text {hard }}=442 \mathrm{Oe}(3540 \mathrm{~A} / \mathrm{m})$, (d) $\mathrm{H}=0$ after saturation at $H_{\text {hard }}>50 \mathrm{Oe}(4 \mathrm{kA} / \mathrm{m})$ along the hard axis. The sam ple edge is visible at the top of these im ages.
$H=0$ (dom ain structure is frozen in). The shape of these dom ains does not vary when the $m$ agnetic eld is applied penpendicular to the easy axis $\left(=0 \mathrm{~F}\right.$ ig. ${ }_{\underline{1}}^{\underline{9}}$ $\mathrm{b}-\mathrm{c}$ ). Only the contrast betw een opposite dom ains disappears progressively corresponding to the $m$ onotonous rotation of the $m$ agnetization inside dom ains tow ards the eld. The eld at which the contrast becom es zero corresponds to the saturation eld of the hard axis m agnetization $\mathrm{H}_{\text {sat }}=50$ Oe ( $4 \mathrm{kA} / \mathrm{m}$ ) obtained in VSM $m$ easurem ents (gure ${ }_{4}^{4}=1$ for $=0$ ).

At the saturation ( $\mathrm{H}>\mathrm{H}_{\text {sat }}$ ), the im age intensity is uniform (average betw een the dark and bright values of the initial dom ains). U pon the follow ing reduction of the perpendicular eld below $H$ sat the initialarti cially created dom ains never appear again. O nly som e very sm all spontaneous dom ains nucleate at the sam ple edges just below $H$ sat. They rem ain im mobile until the opposite saturation just as discussed above in the case of the "arti cial" dom ains. Their contrast reaches a maxim um at $\mathrm{H}=0$ ( F ig $\left.{ }_{2}^{1} \overline{-1}-\mathrm{d}\right)$. It is interesting to note that the $\mathrm{m} a-$ jor area of the show $n$ part of the sam ple becam e dark, i.e. the $m$ agnetization has chosen nearly everyw here here the upw ard easy direction. If it w ould be so in the whole sam ple, we should have observed the nice large "butteries" for $t(H)$ and arcs for $M_{T}$ which we calculated. $T$ he observed com pensation of these signals $m$ eans that the nearly hom ogeneous $m$ agnetization show $n$ in $F$ ig ${ }^{\prime \prime}$ d-d at one sam ple end does not extend tow ards its other end.

Because of an inhom ogeneity of the orientation of the easy axis the di erent parts of the sam ple w ill have opposite orientations of the $m$ agnetization rotation tow ards the closest easy direction. W e indeed observe a m agnetic separation boundary in the central part of the sam ple
( $F$ ig. ${ }^{17} 1-\mathrm{d}$ ) . This boundary has a com plex ne structure analogous to the structure of the spontaneous dom ains at the sample edges and also rem ains im mobile under the hard axis eld. At zero eld itsmagneto-opticalcontrast is $m$ axim al because the $m$ acrodom ains separated by it have opposite $m$ agnetization along the easy axis. It should be noted that this is not a norm al 180 dom ain wall. The usuall80 dom ain wall is nearly parallel to the easy axis and $m$ oves across the sam ple by the $m$ agnetic
eld. O $n$ the contrary, the position of the $m$ acrodom ains boundary is xed on the line where the local easy axis is parallel to the applied eld. M ore precisely, this line is the solution of the equation $0(x ; y)=$ where 0 is the local orientation of the easy axis at point $x ; y$ on the sam ple surface.

It is obvious that $w$ ith a di erent orientation of the applied $m$ agnetic eld , this boundary appears at a di erent position. In order to characterize this e ect we have plotted the rem anent transverse $m$ agnetization $M_{T}^{\text {rem }}\left(M_{T}^{\text {rem }}=M_{T}(H=0)\right.$ ) as a function of the angle between the hard axis direction and the $m$ agnetic eld (see Fig 1 one should observe $\mathrm{M}_{\mathrm{T}}^{\text {rem }}=\mathrm{M}_{\mathrm{s}}$ since both rotation branches are equivalent, as discussed previously. W hen
departs from zero $j M \underset{T}{\text { rem }}$ jdecreases and reaches zero for $=90 \mathrm{when}$ the eld is applied along the easy axis:

$$
M_{T}^{\text {rem }}=M_{s} \operatorname{sign}() \cos (\quad):
$$

In the reality, the central step at $=0$ is sm eared according to the distribution $0(x ; y)$ and the corresponding gradual displacem ent of the boundary between two opposite $m$ acro-dom ainsw ith $M \underset{T}{\text { rem }}=M_{s}$. In our case the experim entalvaluesm atch them odelfor j j\& 67 . T his allow s to quantify the easy axis distribution w ith in the sam ple: itsm axim um deviation from the average position is about $6 . W$ hen the $m$ agnetic eld is applied in this interval around the hard axis direction the sam ple is divided onto correspondingly proportioned opposite $m$ acro-dom ains, while when $j j>6$ the sample is m onodom ain. In our sam ple the observed structure of the transverse rem anent $m$ agnetization corresponds to a gradualm onotonous rotation of the easy axis across the sam ple. So, one can expect that in a sm aller sam ple this angular range w here the $m$ acro-dom ains appear w ould be narrower. It is evident, that each $m$ acro-dom ain represents the solutions for $M_{T}(H)$ and $t(H)$ show $n$ above at positive or negative sm all values of , which have the sam e am plitude and shape, but change sign from one do-
 So, the total value averaged over both dom ains w ill be com pensated at 0 .

In order to illustrate the "ideal" process of the sam ple $m$ agnetization at $j j>6$, when the $m$ agnetization rotation is hom ogeneous over the whole sam ple, we present K err im ages obtained at a eld deviating by 12 from the hard axis direction (Fig. $\left.{ }^{\prime \prime} \mathbf{I n}_{1}\right)$. W e see how, after the initial saturation $m$ agnetization in the negative eld, the


FIG.10: Characterisation of the inhom ogenety of the sam ple magnetic anisotropy. Left panel : dependance of the transverse rem anent $m$ agnetization $M_{T}^{\text {rem }}$ of the sample on the eld orientation. Solid circles represent the experim ental $m$ asurem ents and solid line show $s M_{T}^{\text {rem }}$ ( ) expected for an ideal sam ple w ith a well de ned easy axis. R ight panel: MOKE im age of the $m$ acrodom ain boundary appeared in a central part of the sam ple at $H=0$ after the hard axis saturation. The $m$ agnetization here is vertical: dow nw ard in the left bright $m$ acrodom ain and upw ard in the right dark m acrodom ain.
$m$ agnetization inversion starts in a positive eld by nucleation of spontaneous $m$ agnetic dom ains at the sam ple edge where the stray eld is maxim um ( $F$ ig. ${ }^{1} 1 \overline{1}_{1}^{\prime}-a$ ). The $m$ otion ofdom ain walls extends over a eld range of som e rsted ( $F$ ig. $11-p, c$ ) which is considerably larger than in the case of the easy axis $m$ agnetization presented above ( $100 \mathrm{Oe}=800 \mathrm{~A} / \mathrm{m}$ contrary to $10 \mathrm{Oe}=80 \mathrm{~A} / \mathrm{m}$ ) but rem ains rather narrow in com parison w ith the overall width of the hysteresis ( $\mathrm{H}_{\mathrm{d}} \quad 300 \mathrm{e}=2400 \mathrm{~A} / \mathrm{m}$ ) as seen in the hysteresis loops presented in the inset.

It is im portant to note here the di erence betw een the transverse hysteresis width ( H d, the eld at which the $m$ agnetization vector ips from one side to the other, i.e. $\mathrm{M}_{\mathrm{T}}\left(\mathrm{H}_{\mathrm{d}}\right)=0$ ) and the usual coercive eld ( $\mathrm{H}_{\mathrm{c}}$, where $\left.M_{L}\left(H_{c}\right)=0\right) . H_{d}()$ represents the coercive eld of the dom ain wallm otion reached when the corresponding force is equilibrated by the di erence of the Zeem an energy density : $\left.\mathrm{F}_{\mathrm{C}}\left(\mathbb{M}_{+} ; \mathbb{M}^{\Gamma}\right)=\mathrm{H}_{\mathrm{d}} \quad \mathrm{M}_{+} \quad \mathrm{M}^{\Gamma}\right)$. Here $\mathrm{M}_{+}, \mathrm{Mr}$ are $m$ agnetizations of dom ains $w$ ith opposite transversal com ponents.

For $\quad 0, H_{d}$ becom es as large as the saturation eld $H_{K}$ and the dom ains rem ain im mobile betw een $H_{d}$ as dem onstrated in Fig. ${ }_{1} \bar{I}_{1} . \mathrm{H}_{\mathrm{d}} \quad \mathrm{H}_{\mathrm{c}}$ only for large deviation from the hard axis. For su ciently sm all the $m$ agnetization "jum p" on the $m$ agnetization hysteresis curve $M_{L}$ ( $H$ ) (the short interval of the dom ain $m$ otion) appears after it crosses the horizontal axis. So, $\mathrm{H}_{\mathrm{c}}$ has nothing to do $w$ th the dom ain wallm otion and does not correspond to any discontinuly ofthem agnetization process. In this case (for exam ple for $=12, \mathrm{Fig}$. $\mathrm{i}_{2}^{1} \overline{1}_{1}^{\prime}$ ), $\mathrm{H}_{\mathrm{c}}$ represents the hysteresis of the hom ogeneous $m$ agnetization rotation. O bviously for $=0, \mathrm{H}_{\mathrm{c}}=0$.

It is interesting that the coherent $m$ agnetization rotation dom inates the $m$ ajor part of the hysteresis even for so big sam ples, where norm ally the m agnetization by


FIG.11: MOKE m icroscopy im ages for magnetic eld deviating by 12 from the hard axis. (a) $\mathrm{H}=10: 5 \mathrm{Oe}(845$ $\mathrm{A} / \mathrm{m}$ ). (b) $\mathrm{H}=12: 9 \mathrm{Oe}(1030 \mathrm{~A} / \mathrm{m})$. (c) $\mathrm{H}=14: 6$ Oe (1170 A/m) in sequence after saturation in positive eld. These points are indicated on the corresponding $m$ easured $m$ agnetization loop $M_{T}(H)$ (centralpart) show $n$ in the low erright panel together with the "standard" $M_{\text {L }}(H)$. The illustrated $m$ agnetization inversion corresponds to the jump C ! D in Fig. ' $\underline{I}_{1}^{1}$ realized by $m$ otion of dom ains.
dom ains is considered as the $m$ ost im portant. These features w ere already observed in the case of sim ple monolayer lm s by $P$ rutton $\left[1{ }^{\prime}{ }^{\prime}\right]$ and in spin-valve $m$ ultilayers [ 1 T1 $]$. T he $m$ odel of the coherent $m$ agnetization rotation explains the experim ents so well because, when the pinning of the dom ain walls is su ciently strong, or the dom ain wallnucleation su ciently di cult, the dom ains appear and $m$ ove just before the $m$ om ent of the rotational instability. T he resulting behavior does not di er very $m$ uch from the calculated abrupt $m$ agnetization inversion.

Very few investigations of dom ains in m agnetostrictive multilayers are known. C hopra and cow orkers [2d] show ed that in their dem agnetized state individual layer of as deposited T bFe/C oFe are single dom ain due to stray
eld coupling betw een adjacent layers. Our measure$m$ ents and direct observations, on the contrary, show that all layers are connected together by $m$ agnetic exchange and the $m$ agnetization in the whole stack of the layers tums as a single $m$ agnetic vector. T he $m$ agnetic dom ains which inevitably appear in our sam ple are the sam e in all layers (the $m$ agneto-optical contrast is alw ays hom $o^{-}$ geneous) and the dom ain walls go through the whole lm.

R ecently Shulland cow orkers [211] studied the in uence of stress on dom ain wall structure in sim ilar multilayers using them agneto-optic indicator $\operatorname{lm}(\mathbb{M} O \mathbb{F})$ technique that reveals dom ains by an indirect e ect of their stray
eld. They show that $m$ agnetization reversibly rotates $w$ hen stress is applied whereas $m$ agnetization rotation under eld application is irreversible and includes wall m otion. This work of Shull et al is lim ited only to easy
axis $m$ agnetization $w$ hen there is no $m$ agnetostrictive deform ation of the sam ple. $W$ e show that in the practically im portant geom etry of the hard axism agnetization, $w$ hen the $m$ agnetostrictive deform ation is $m$ axim al, the m agnetization rotation is dom inating. O ur observations via the direct $m$ agneto-opticalcontrast give a $m$ ore clear im age of dom ains and the $m$ agnetization distribution inside them. Studies of the in uence of the applied stresses on the dom ain structure and $m$ otion of the dom ain $w$ alls in $\mathrm{TbCo/C}$ oFe m ultilayers will be published elsew here.

## IV . CONCLUSION

As result of the system atic angular $m$ easurem ents of all com ponents of $m$ agnetization and $m$ agnetostrictive deform ation together $w$ th a sim $p l e m$ odel, the $m$ agnetization process of m agnetostrictive $\mathrm{TbCo/CoFemulti-}$ layer has been fully understood. W e have shown that even in large (centim eter size) sam ples the $m$ a jor part of the $m$ agnetic hysteresis is related to a coherent m agnetization rotation inside dom ains. The coherent m agnetic rotation is broken only once when a rather abrupt m agnetization reversaloccurs $w$ ith appearance ofspontaneous $m$ agnetic dom ains. In addition, we have revealed the appearance of stationary $m$ acro-dom ains related to the sam ple inhom ogeneity: T hey explain the disappearance of the torsion angle loop and transverse magnetization when magnetic eld is applied along the hard axis. A $s m$ all $m$ isalignm ent of $m$ agnetic eld $m$ odi es noticeably these loops as the ratio of opposite m acrodom ains changes. The appearance of the m icro- and m acro-dom ains in this system and the related e ects should be taken into account in further developm ent of technical applications of the $m$ agnetostrictive $\mathrm{m} . \mathrm{s}$. This is particularly im portant for the reduction of the lateral size of the $m$ icro-actuators.

## A cknow ledgm ents

F P. thanks B rest M etropole O ceane for nancial support (PhD fellow ship).
$W$ e are grateful to the group of Ph . Pemod (EM N Lille) for the collaboration (see Ref. [5]'1, [14]), which initiated this work. In particular, N. T iercelin is acknow ledged for the original developm ent of the $m$ easurem ents.
[1] F. C laeyssen, N . Lhem et, R . L . Letty, and E. B ouchilloux, J. A lloys and C om pounds. 258, 61 (1997).
[2] M . P asquale, Sensors and A ctuators A 106,142 (2003).
[3] E. Q uandt and A. Ludw ig, J. Appl. Phys. 85, 6232 (1999).
[4] E. Q uandt, A. Ludw ig, J. Betz, K. M ackay, and D. G ivord, J. A ppl. P hys. 81, 5420 (97).
[5] N. T iercelin, J. Ben Y oussef, V. P reobrazhensky, P.P emod, and H. Le G all, J. M agn. M agn. M ater. 249, 519 (2002).
[6] L. Landau and E. Lifchitz, C ourse of T heoreticalP hysics, vol. 5 (Statisticalphysics) x144 and vol. 8 (E lectrodynam ics of $C$ ontinuous $M$ edia) $\times 46(M \mathbb{R}, 1987)$.
[7] S. M asson, J. Juraszek, O . D ucloux, S . Euphrasie, J.Ph. Jay, D. Spenato, J. Teillet, H . Le G all, V. P reobrazhensky, and P . P emod, in 9em e C olloque Louis N eelCouches $m$ inces et nanostructures $m$ agnetiques (2004), pp. poster V \{42.
[8] E. du T rem olet de Lacheisserie and J. C .P euzin, J.M agn. M agn. M ater. 136, 189 (1994).
[9] V.H.G uerrero and R.C.W ethernold, J.A ppl.P hys. 97, 6659 (2003).
[10] R . C. W etherhold and H. Chopra, A ppl. Phys. Lett. 79, 3818 (2001).
[11] L. Landau and E. Lifch itz, C ourse of T heoreticalP hysics,
vol. 7 (T heory of elasticity) xl4 (M $\mathbb{R}$, 1987).
[12] A. H ubert and R . Schafer, M agnetic D om ains- $T$ he analysis of $m$ agnetic $m$ icrostructures (Springer, 1998).
[13] J. B etz, Ph D. thesis, U niversite G renoble I (1997).
[14] H . Le G all, J. B en Y oussef, N . T iercelin, V . P reobrazhsensky, P. Pemod, and J. O storero, IEEE Trans. M agn. 37, 2699 (2001).
[15] E. Stoner and E P.W ohlfarth, IEEE Trans. M agn. 27, 3475 (1991), reprint of Phil. Trans. R oy. Soc. London vol A 240 pp 599-642 (1948).
[16] A. T hiaville, J. M agn. M agn. M ater. 182, 5 (1998).
[17] H . Le G all, J. B en Y oussef, N . T iercelin, V . P reobrazhsensky, and P. Pemod, J. M agn. Soc. Japan 25, 258 (2001).
[18] M . Prutton, $T$ hin ferrom agnetic ms (Butterworths, 1964).
[19] M . Labrune, J. C . S. K ools, and A . Thiaville, J. M agn . M agn. M ater. 171, 1 (1997).
[20] H. Chopra, A. Ludw ig, E. Q uandt, S. Z . Hua, H. J. B rown, L. Sw artzendruber, and M.W uttig, J. Appl. Phys. 85, 6238 (1999).
[21] R . D . Shull, E. Q uandt, A. Shapiro, S. G lasm achers, and M .W uttig, J.A ppl. P hys. 95, 6948 (2004).


[^0]:    

